XRD patterns of mixed
In molar ratio. The vertical lines correspond to the pattern of In(OH) 3 . The pattern of the precipitated powders is very similar in position and relative intensity to that of In(OH) 3 crystal structure only that the peaks of the precipitate are shifted to higher angles meaning that the cell parameter is shorter, as it should be expected when substituting half of the In 3+ ions in the structure for Fe 3+ ions with a smaller ionic radius. 
P4VP-APEG copolymer synthesis and structure
The structure of the polymer used in the nanoparticle coating is shown in Figure 4S .
The polymer shell is formed by a graft copolymer (P4VP-g-APEG) with a comb like structure that is obtained by grafting polyethylenglycol residues to the P4VP ( Figure   4S ). The coating process involves the carbon-nitrogen bond formation by a Michael addition reaction that proceeds in water at acidic pH, without further catalyst. This 
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